BACTERICIDAL ACTIVITY OF NANO SILVER AGAINST PATHOGENIC MICROORGANISMS WHICH CAUSE PECULIAR DISEASES OF GENITAL SECRETION TRACK

Tran Thi Ngoc Dung¹, Nguyen Duc Hung¹ *, Ngo Quoc Buu¹, Le Van Hung², Nguyen Dang Dung³

¹Institute of Environmental Technology, VAST, 18 Hoang Quoc Viet, Ha Noi
²Vietnam National Hospital of Dermato-Venereology, 15A Phuong Mai, Dong Da, Ha Noi
³Viet Sing International Production and Trading Company Limited, Xuan Lam Industrial Cluster, Xuan Lam Commune, Thuan Thanh District, Bac Ninh

*Email: nguyenduchung1946@gmail.com

Received: 21 May 2018; Accepted for publication: 30 December 2018

Abstract. Nano silver was known as a bactericidal agent for almost all bacterial species and has been intensively investigated over the world to apply for disinfection in different fields of human activities and environmental protection [1-5]. Nanosilver is a broad spectrum antimicrobial agent with a long history because of its high microbicidal activity, short disinfection time [6]. Bactericidal activity of nanosilver containing materials can be applied in medicine for reduction of infections on the open wounds and burns treatment [7, 8]. It can be applied on textile fabrics for elimination of microorganisms [9], applied on bacterial cellulose membrane [10, 11], and applied for disinfection in water treatment [12]. In comparison to antibiotics, which are nowadays facing on

1. INTRODUCTION

Nano-particles of silver (AgNPs) or nanosilvers have been intensively investigated over the world to apply for disinfection in different fields of human activities, medicine, and environmental protection [1-5]. Nanosilver is a broad spectrum antimicrobial agent with a long history because of its high microbicidal activity, short disinfection time [6]. Bactericidal activity of nanosilver containing materials can be applied in medicine for reduction of infections on the open wounds and burns treatment [7, 8]. It can be applied on textile fabrics for elimination of microorganisms [9], applied on bacterial cellulose membrane [10, 11], and applied for disinfection in water treatment [12]. In comparison to antibiotics, which are nowadays facing on
the drug resistance, nanosilver can destroy bacteria in via cell membrane destruction of microorganisms.

Inflammation of genital track is a primary cause of appearance of numerous disturbances affecting the human health, the working ability, the reproduction power and especially the fertility. If these disturbances were not discovered and treated timely it may result in heavy consequences such as inflammation of small pelvis, out-womb pregnancy, infertility, cervix cancer, increasing risk of HIV, HPV diseases etc. [13].

Recent research results [14-16] showed that inflammation of genital track is often encountered diseases in the world, especially in developing countries. According to WHO, every year about 330 – 390 million women over the world have got the diseases transmitted through genital track [17, 18]. In United States every year about 10 million take vaginal examination, among which 28 % were revealed infected. Other countries reported approximately the same rate of genital track infections, oscillating between 25 ÷ 65 % of the examined people.

The bactericidal activity of silver nanoparticles against the pathogenic, MDR as well as multidrug susceptible strains of bacteria was studied by many scientists [19-22], and it was proved that the silver nanoparticles are the powerful weapons against the MDR bacteria such as Pseudomonas aeruginosa, ampicillin-resistant E. coli, methicillin- resistant S. aureus (MRSA) and vancomycin- resistant S. aureus (VRSA) [2, 23, 24].

In Viet Nam, the women of fertility age have a rate of genital track inflammation much higher than that in the region and in the world. The research of Vietnam National Hospital of Dermato-Venerology indicated that at 5 provinces the proportion of women of age from 15 ÷ 49 years old infected with at least one of the genital track diseases was 70.56 % [1]. In recent years various bacteria and fungi causing genital track inflammation become more and more drug- resisted and more difficult to treat. The searching for new drugs capable of killing drug-resistant pathogenic microorganisms is of vital importance.

In this study, we attempted to kill 5 microbial pathogenic species frequently encountered in hospitals such as E. col; S. aureus; E. faecalis; C. albicans; N. gonorrhoeae using AgNPs. The objectives of this research are: (1) to use nano silver to kill microbial pathogenic species frequently encountered in hospitals, (2) to compare the bactericidal capacity of AgNPs in various concentrations for 5 microbial pathogenic species.

2. EXPERIMENTAL

2.1. Chemicals and materials

AgNPs solutions used in the research were prepared according to the chemical wet method described in [25, 26] with physico-chemical characteristics described in [27-29] and AgNPs concentration 500 mg/L. Antibacterial activity was determined in various media such as conventional agar, blood agar, chocolate agar and Sabouraud agar for 5 specific bacterial types, including 5 species of each E. coli; N. gonorrhoeae; E. faecalis; S. aureus and C. albicans. All these pathogenic microorganisms were isolated from patient’s specimen at the Vietnam National Hospital of Dermatology and Venereology. Determination of bactericidal activity of fabric impregnated with AgNPs was carried out using a cultivating medium prepared by dilution of the lyophilized medium procured from Merck. Skin irritation experiment was carried out on rabbits.

2.2. Determination of MIC (Minimum Inhibitory Concentration) and MBC (Minimum Bactericidal Concentration) of AgNPs
AgNPs solutions for 5 types of pathogenic microorganisms causing gynaecological diseases was carried out by using twice-dilution technique as demonstrated in Table 1.

Table 1. AgNPs concentration at different dilution levels.

| Dilution | 1   | 1/2 | 1/4 | 1/8  | 1/16 | 1/32 | 1/64 | 1/128 | 1/256 | 1/512 | 1/1024 | 1/2048 | 1/4096 |
|----------|-----|-----|-----|------|------|------|------|------|------|------|-------|-------|-------|
| [AgNPs] ppm | 500 | 250 | 125 | 62.5 | 31.2 | 15.6 | 7.8  | 3.9  | 1.9  | 0.9  | 0.49  | 0.24  | 0.12  |

0.2 mL of a AgNPs solution diluted respectively with exposition times of 15 min, 1 h, 2 h and 4 h, respectively. Then pour these suspensions onto agar disks and keep them in incubator for 24 h under respective conditions: for E. coli; E. faecalis; S. aureus at 37 °C; for N. gonorrhoeae humidity > 70 %, at 37 °C in the presence of 3 % CO2; for C. albicans at 25 ± 30 °C.

2.3. Determination of antibacterial capacity of AgNPs in respect of the pathogenic bacteria causing gynaecological diseases

A AgNPs solution of concentration 500 ppm immobilized on non-woven fabric with weight density 25 ± 2 g/m², pull strength MD: 6 ± 1.5 kg/50 mm and CD: 0.9 ± 0.2 kg/50 mm, elasticity MD: 30 ± 60 %, CD: 50 ± 100 %, thickness: 0.4 ± 0.15 mm, thermostability: ≤ 130 °C. AgNPs coating was conducted with a rate of the fabric motion 30 ± 70 m/min, coating rate of AgNPs solution 0.84 ± 3.36 L/min, drying temperature: 100 ± 120 °C. AgNPs density of the impregnated fabric was in a range of 0.005 ± 0.01 mg/cm².

2.4. Skin irritation effect of non-woven fabric immobilized with AgNPs

The experiment was carried out on rabbits. Pieces of non-woven fabric impregnated with nanosilver solution of concentration 0.01 mg/cm² were applied on the shaved patches of rabbit’s skin, watched for 3 days and recorded irritation spots.

3. RESULTS AND DISCUSSION

3.1. Minimum nanosilver concentration for killing bacteria of the excretion track

Bactericidal activity of SNPs solutions of different concentration and exposition times in respect of the pathogenic microorganisms in the excretion track presented in Fig.1 showed that all types of the tested microorganisms were killed by nanosilver solutions of different concentration and contact time. It can be seen that N. gonorrhoeae was rather sensitive to AgNPs, even just at the moment of contact (0 min) 1.95 ppm of nanosilver already killed completely the bacterial species, while for E. coli and E. faecalis it needed 125 ppm.

Bactericidal activity of different AgNPs concentration solutions and exposed times in respect of the pathogenic microorganisms in the excretion track is presented in Fig.1. All types of the tested microorganisms were killed in different conditions. It can be seen that N. gonorrhoeae was rather sensitive to AgNPs, even just at the moment of contact (0 min) 1.95 ppm of nanosilver already killed completely the bacterial species, while for E. coli and E. faecalis it needed 125 ppm.
Gram positive *S. aureus* and sporous fungal species *C. albicans*, although both demonstrated a good capability of resistance against impact of AgNPs, also were killed at an higher nanosilver concentration (500 ppm). Exposition time also played a role in bacterial disinfection. With 60 min exposition, it required only 3.9 ppm of nanosilver solution to kill all the 5 pathogenic microorganisms. With 4 h exposition, it needed only 0.97 ppm to kill the most recalcitrant *S. aureus*, while for *E. coli* and *C. albicans* need 0.49 ppm.

Thus, minimum nanosilver concentration used for inhibition of bacteria in the exudative track was relatively low. Instant inhibition nanosilver concentration with respect to all the types of the studied microorganisms was 500 ppm, for *E. coli; E. faecalis* and *N. gonorrhoeae* 250 ppm. With prolonged contact time, minimum inhibition nanosilver concentration considerably decreased: 3.9 ppm for the 5 microorganisms with exposition time of 60 min, while after 2 h of contact the minimum concentration was 0.97 ppm. These results confirmed that nanosilver concentration of 500 ppm can be considered as a minimum concentration used to manufacture AgNPs impregnated fabrics intended for treatment of gynaecological diseases.

### 3.2. Capability of nanosilver-impregnated non-woven fabric to kill bacteria causing diseases of the exudative track
Bactericidal activity of nano silver against pathogenic microorganisms which cause peculiar …

Figure 2 shows SEM images of a non-woven fabric without (a) and with immobilized (b) AgNPs of different concentration. One can see that AgNPs were evenly incorporated into fabric surface.

**Figure 2.** SEM image of non-woven fabric without (a) and with AgNPs (b) incorporated.

**Figure 3.** Antibacterial rings of 3 nanosilver-impregnated fabric pieces with respect to the bacteria in the excretion track.

**Table 2.** Antibacterial activity of AgNPs-impregnated non-woven fabric against the bacteria spp. in the exudative track depending on nanosilver content.

| Sample | SNPs solution volume (mL) | SNPs content, mg/cm² | Bactericidal activity                  |
|--------|---------------------------|----------------------|---------------------------------------|
| 1      | 0.1                       | 0.005                | Antibacterial activity are not clear  |
| 2      | 0.2                       | 0.01                 | Antibacterial rings could be watched clearly |
| 3      | 0.3                       | 0.015                | Antibacterial rings could be watched very clearly |
| 4      | 0.4                       | 0.02                 | Antibacterial rings are largest       |

*Surface of the pieces of nano-impregnated fabric was 10 cm²*
The experimental data illustrated in Table 2 and Fig. 3 showed that antibacterial rings began to appear on nanosilver-impregnated non-woven fabric at a nanosilver content of 0.005 mg/cm² in respect of the studied microorganisms, including *E. coli; N. gonorrhoeae; E. faecalis; S. aureus* and *C. albicans*. By increasing nanosilver content the rings’ diameters increased proportionally.

### 3.3. Assessment of bactericidal activity of AgNPs-impregnated non-woven fabric in respect of the bacteria causing ureteritis, diseases of genital track and vaginal discharge

Table 3 presents bactericidal efficiency of AgNPs-impregnated non-woven fabric towards microorganisms which cause gynaecological diseases in vaginal discharge environment, depending on nanosilver content. It can be seen that *C. albicans* sample mixed with different bacteria isolated from patient’s specimen resulted in similar features presented in Table 2. In the presence of natural bacterial suspension the fabric samples impregnated with SNPs of concentration 0.01 mg/cm² exhibited simultaneously bactericidal power towards one to three microbial types. Only in the simultaneous presence of more than 4 types of microorganisms the shape inhibition rings did not appeared. However, in practice the simultaneous presence of 4 bacterial types in specimen is scarce due to the nutrient competition rule. Nano-impregnated fabric sample with concentration 0.005 mg/cm² clearly exhibited bactericidal power towards 3 types of bacteria causing gynaecological diseases.

**Table 3.** Bactericidal efficiency of AgNPs-impregnated non-woven fabric towards microorganisms which cause gynaecological diseases.

| Fabric samples immobilized with SNPs | Inhibition ring diameter |
|-------------------------------------|--------------------------|
|                                     | *C. albicans* | *C. albicans + E. coli* | *C. albicans + E. coli + S. aureus* | *C. albicans + E. coli + S. aureus + E. faecalis* | *N. gonorrhoeae* |
| 0.01 mg/cm²                         | 7 mm          | 9 mm               | 8 mm               | Not clear           | 10 mm            |
| 0.005 mg/cm²                        | 0 mm          | 7 mm               | 7 mm               | Not clear           | 9 mm             |
| Blank                               | 0 mm          | 0 mm               | 0 mm               | 0 mm                 | 0 mm             |

The experimental data showed that nanosilver-impregnated fabric samples at a concentration 0.01 mg/cm² gave antibacterial rings of 10 mm, 9 mm and 8 mm, respectively, for *N. gonorrhoeae, C. albicans + E. coli* and *C. albicans + E. coli + S. aureus*. From these data one can choose a nanosilver concentration suitable for manufacturing antibacterial fabric. At concentration 0.01 mg/cm² AgNPs-impregnated non-woven fabric is able to kill all 5 microorganisms which cause exudative track diseases.

**Assessment of skin irritation effect**

Assessment of skin irritation caused by using of AgNPs-impregnated non-woven fabric was carried out in Central Institute for Drug Quality Control. The results presented in Table 4 showed that the prolonged exposition up to 72 h did not reveal any irritation on the skin of the tested rabbits, proving that nanosilver-containing non-woven fabric is safe for skin treatment.
Bactericidal activity of nano silver against pathogenic microorganisms which cause peculiar …

Table 4. Skin irritation effect of nanosilver-containing fabric on rabbits.

| Rabbit | Weight, kg | Exposition time | Total mark 24 ± 72 h | Responded mark/3 |
|--------|------------|-----------------|----------------------|------------------|
|        |            | 24 h | 48 h | 72 h | B | P | B | P | B | P |
| 1      | 2.22       | 0    | 0    | 0    | 0  | 0  | 0  | 0  | 0  | 0  |
| 2      | 2.30       | 0    | 0    | 0    | 0  | 0  | 0  | 0  | 0  | 0  |
| 3      | 2.45       | 0    | 0    | 0    | 0  | 0  | 0  | 0  | 0  | 0  |
|        |            |      |      |      | 0  | 0  | 0  | 0  | 0  | 0  |
| Total skin irritation mark for 3 rabbits | | | | | | | | | 0 |
| Average total skin irritation mark | | | | | | | | | 0 |

4. CONCLUSION

Nanosilver shows up to be able to kill effectively bacteria of the secretion track such as E. coli; N. gonorrhoeae; E. faecalis; S. aureus and C. albicans with very low AgNPs concentration depending on exposition time. N. gonorrhoeae was rather sensitive to AgNPs, even just at the moment of contact (0 min) 1.95 ppm of nanosilver already killed completely the bacterial species, while for E. coli and E. faecalis it needed 125 ppm.

AgNPs-impregnated non-woven fabric with a concentration of 0.01 mg/cm² is able to kill at least 3 bacterial types inhabited in the secretion track. It gave antibacterial rings of 10 mm, 9 mm and 8 mm, respectively, for N. gonorrhoeae; C. albicans + E. coli and C. albicans + E. coli + S. aureus.

Nanosilver-containing non-woven fabric did not irritate skin therefore is suitable for manufacturing individual hygienic products.

Acknowledgment. The authors are greatful to the Company VietSing for its financial support in the implementation of the research.

REFERENCES

1. Cho K. H., Park J. E., Osaka T., and Park S. G. - The study of antimicrobial activity and preservative effects of nanosilver ingredient. Electrochimica Acta 51 (5) (2005) 956-960.
2. Rai M. K., Deshmukh S. D., Ingle A. P., and Gade A. K. - Silver nanoparticles: the powerful nanoweapon against multidrug-resistant bacteria. J. Appl. Microbiol. 112 (5) (2012) 841-852.
3. Chen X. and Schluesener H. J. - Nanosilver: A nanoproduct in medical application. Toxicology Letters 176 (1) (2008) 1-12.
4. Shameli K., Ahmad M. B., Jazayeri S. D., Shabanzadeh P., Sangpour P., Jahangirian H., and Gharayebi Y. - Investigation of antibacterial properties silver nanoparticles prepared via green method. Chem Cent J. 6 (1) (2012) 73.
5. Le Ouay B. and Stellacci F. - Antibacterial activity of silver nanoparticles: A surface science insight. Nano Today 10 (3) (2015) 339-354.
6. Hassan M. M. and Sunderland M. - Antimicrobial and insect-resist wool fabrics by coating with microencapsulated antimicrobial and insect-resist agents. Progress in Organic Coatings 85 (2015) 221-229.
7. Venkataraman M. and Nagarsenker M. - Silver Sulfadiazine Nanosystems for Burn Therapy. AAPS PharmSciTech 14 (1) (2013) 254-264.

8. Adhya A., Bain J., Ray O., Hazra A., Adhikari S., Dutta G., Ray S., and Majumdar B. K. - Healing of burn wounds by topical treatment: A randomized controlled comparison between silver sulfadiazine and nano-crystalline silver. Journal of Basic and Clinical Pharmacy 6 (1) (2014) 29-34.

9. Jeong S. H., Yeo S. Y., and Yi S. C. - The effect of filler particle size on the antibacterial properties of compounded polymer/silver fibers. Journal of Materials Science 40 (20) (2005) 5407-5411.

10. Barud H. S., Regiani T., Marques R. F. C., Lustri W. R., Messaddeq Y., and Ribeiro S. J. L. - Antimicrobial Bacterial Cellulose-Silver Nanoparticles Composite Membranes. Journal of Nanomaterials 2011 (2011) 8.

11. Feng J., Shi Q., Li W., Shu X., Chen A., Xie X., and Huang X. - Antimicrobial activity of silver nanoparticles in situ growth on TEMPO-mediated oxidized cellulose surface. Cellulose 21 (6) (2014) 4557-4567.

12. Chou W. L., Yu D. G., and Yang M. C. - The preparation and characterization of silver-loading cellulose acetate hollow fiber membrane for water treatment, Polymers for Advanced Technologies 16 (8) (2005) 600-607.

13. Duong Thi Cuong - Inflammation of the gynaecological track, Encyclopedia of pathology, Publishing House Encyclopedia 2 (2000) 448-451 (in Vietnamese).

14. Carlos T. Da Ros and Caio da Silva Schmitt - Global epidemiology of sexually transmitted diseases, Asian Journal of Andrology 10 (2008) 110-114.

15. Hillard Weinstock, David Trees and John Papp - Antimicrobial resistance to Sexually Transmitted Diseases, Antimicrobial resistance and implications for the Twenty-First, I. W. Fong and K. Drlica, Eds. Boston, MA: Springer US, 2008, pp. 77–96.

16. Mary E. Deeb, Johnny Awwad, Joumana S. Yeretzian, and Hanna G. Kaspar - Prevalence of reproductive tract infections, genital prolapse, and obesity in a rural community in Lebanon, Bulletin of the World Health Organization 81 (9) (2003) 639.

17. WHO (2011) - Surveillance of antibiotic resistance in Neisseria gonorrhoeae in the Who Western Pacific and South East Asian regions, 2009. The Who Western Pacific and South East Asian regions. Annual reports. CDI 35(1) (2011).

18. Amany A. El-Kheshen, Sanaa F. Gad El-Rab - Effect of reducing and protecting agents on size of silver nanoparticles and their anti-bacterial activity, Der Pharma Chemica 4 (1) (2012) 53-65.

19. Min-Kyeong Yeo and Jae-Won Yoon - Comparison of the Effects of Nano-silver Antibacterial Coatings and Silver Ions on Zebrafish Embryogenesis, Mol. Cell. Toxicol. 5 (1) (2009) 23-31.

20. Trop M., Novak M., Rodl S., Hellbom B., Kroell W., Goessler W. - Silver-coated dressing Acticoat caused raised liver enzymes and argyria-like symptoms in burn patient, J. Trauma 60 (2006) 648-652.

21. Mritunjai Singh, Shinjini Singh, Prasada S., Gambhir I. S. - Nanotechnology In Medicine and Antibacterial Effect of Silver Nanoparticles, Digest Journal of Nanomaterials and Biostructures 3 (3) (2008) 115-122.
Bactericidal activity of nano silver against pathogenic microorganisms which cause peculiar …

22. Baker C., Pradhan A., Pakstis L., Darrin J. Pochan, Ismat Shah S. - Synthesis and antibacterial properties of silver nanoparticles, J. Nanosci. Nanotechnol 5 (2005) 244.

23. Kim Keuk-Jun, Woo Sang Sung, Seok-Ki Moon, Jong-Soo Choi, Jong Guk Kim, Dong Gun Lee - Antifungal effects of silver nanoparticles on dermatophytes. J. Microbiol. Biotechnology 18 (8) (2008) 1482.

24. Kim J. S., Kuk E., Yu K. N., Kim J. H., Park S. J., Lee H. J. - Antimicrobial effects of silver nanoparticles, Nanomed Nanotechnol Biol Med. 3 (2007) 95-101.

25. Tran Thi Ngoc Dung, Nguyen Hoai Chau, Dao Trong Hien, Nguyen Thuy Phuong, Ngo Quoc Bou, Nguyen Gia Tien - Studies the effect of silver nanoparticles on the treatment of burn injuries, Vietnam Journal of Science and Technology 49 (3) (2011) 65-70 (in Vietnamese).

26. Tran Thi Ngoc Dung, Ngo Quoc Buu, Dang Viet Quang, Huynh Thi Ha, Le Anh Bang, Nguyen Hoai Chau, Nguyen Thi Ly, Nguyen Vu Trung - Synthesis of nanosilver particles by a reverse micelle method and study of their bactericidal properties, Journal of Physics: Conference Series 187 (2009) 012054; doi:10.1088/1742-6596/187/1/012054.

27. Ngo Quoc Buu, Tran Thi Ngoc Dung, Nguyen Hoai Chau, Nguyen Gia Tien - Studies on manufacturing of topical wound dressings based on nanosilver produced by aqueous molecular solution method, Journal of Experimental Nanoscience 6 (4) (2011) 409-421.

28. Tran Thi Ngoc Dung, Ngo Quoc Buu, Nguyen Hoai Chau, Nguyen Vu Trung – Studies on bactericidal activity of nanosilver solution against pathogenic Vibrio cholerae, Vietnam Journal of Science and Technology 47 (2) (2009) 47-53 and 48 (4C) (2009) 366-370 (in Vietnamese).

29. Nguyen Duc Hung, Mai Van Phuoc, Nguyen Minh Thuy, Nguyen Nhi Tru - Preparation of Nanosilver Colloidal Solution by Anodic Dissolution under High DC Voltage, Electrochemistry 81 (6) (2013) 454-459.